Compatibilizer Polarity Parameters as Tools for Predicting Organoclay Dispersion in Polyolefin Nanocomposites

Marek Weltrowski¹ and Patricia I. Dolez²

¹CTT Group, 3000 Avenue Boulé, St-Hyacinthe, Quebec, Canada J2S 1H9
²Department of Human Ecology, University of Alberta, 331 Human Ecology Building, Edmonton, AB, Canada T6G 2N1

Correspondence should be addressed to Patricia I. Dolez; pdolez@ualberta.ca

Received 23 August 2018; Accepted 11 February 2019; Published 3 March 2019

Academic Editor: Raul Arenal

Copyright © 2019 Marek Weltrowski and Patricia I. Dolez. This is an open access article distributed under the Creative Commons Attribution License, which permits unrestricted use, distribution, and reproduction in any medium, provided the original work is properly cited.

Nanocomposites give an innovative method to increase the mechanical, thermal, and barrier performance of polymers. However, properly dispersing the nanoparticles in the polymer matrix is often key in achieving high performance, especially in the case of hydrophilic nanoparticles and hydrophobic polymers. For that purpose, nanoparticles may be functionalized with organic groups to increase their affinity with the polymer matrix.Compatibilizing agents may also be included in the nanocomposite formulation. This paper aims at identifying parameters relative to the compatibilizer polarity that would allow predicting nanoparticle dispersion in the polymer nanocomposite. The analysis used published data on nanocomposite samples combining clay nanoparticles, polyolefins, and various compatibilizing agents. We studied the correlations between the nanoclay exfoliation ratio and five different parameters describing the compatibilizer hydrophilic-lipophilic balance: the acid value, the mole, and weight fraction of polar groups, the number of polymer chain units per polar group, and the number of moles of polar groups per mole of compatibilizer. The best correlation was observed with the number of polymer chain units per polar group in the compatibilizer. This parameter could be used as a tool to predict the dispersion of organoclay nanoparticles in polyolefins. Another important result of the study is that, among the compatibilizers investigated, those with a low acid value provided a better nanoclay exfoliation compared to those with a high acid value. This may indicate the existence of a maximum in the nanoclay exfoliation/compatibilizer polarity curve, which would open new perspectives for nanocomposite performance optimization.

1. Introduction

Polyolefin/nanoclay nanocomposites have raised a large attention because of the improvement obtained in mechanical, thermal, and barrier properties as well as dimensional stability [1–6]. A key element to get a good dispersion of the clay nanoparticles into the polymer matrix is the affinity between the polymer chains and the nanoclay platelets. Indeed, the nanoclay particles should be at least intercalated and ideally exfoliated to produce the desired performance improvement [1]. For that purpose, the nanoclay particles are generally organically modified by ionic exchange with organic cations such as those of an ammonium salt to improve their compatibility with the hydrophobic polymer matrix [7]. In addition, the process of dispersion may be facilitated by the use of compatibilizers [8]. Compatibilizer molecules with surfactant ability can interact with the hydrophobic polymer and the hydrophilic nanoclay particles at the same time. The efficiency of the compatibilizer molecule depends on the type and polarity of the hydrophobic part of the molecule and the composition and dimension of the nonpolar lipophilic surfactant part. This hydrophilic/lipophilic balance may be measured and used to predict the surfactant capability of the compatibilizer.

The most commonly used compatibilizers are obtained by grafting polar groups on polymers and copolymers. Examples of these compatibilizers include maleic anhydride grafted on polyethylene (PE-g-MA) [9–27], on linear low density polyethylene (LLDPE-g-MA) [28–30], on polypropylene (PP-g-MA) [8, 10, 19, 31–55], and on styrene/ethylene-butylene/
styrene (SEBS-g-MA) [51, 56, 57]. Other polar groups grafted on polymers are itaconic acid [58–60], glycidyl methacrylate (GMA) [54], and acrylic acid (AA) [54, 61, 62]. A second type of compatibilizers is synthesized by polymer oxidation: oxidized polyethylene (OxPE) [22, 23, 25, 63–65], oxidized polypropylene (OxPP) [66, 67], and oxidized paraffins [68–73]. Some compatibilizers are also obtained by copolymerisation, for example ethylene-acrylic acid copolymers (EAA) [27, 61, 62, 74, 75] and ethylene-methacrylic acid copolymers (PE-PMM) [17, 27, 76–79].

The polarity of the hydrophobic part of compatibilizers is generally represented by its acid value (mg KOH/g) or the weight percent of its polar component. These two values are weight-based and can be obtained from each other. The calculations involve the molecular weight of the polar groups and the number of polar functions in the polar groups capable of reacting with KOH. For compatibilizers with the same polar groups, the acid value and the weight percentage of polar groups are linked by a simple mathematical coefficient. However, these two values only provide a partial representation of the compatibilizer polarity. Indeed, the information about the molecular weight of the compatibilizer and its polymer chain units is needed to access a more realistic representation of its polarity and, in particular, its hydrophilic-lipophilic balance. Three other methods have been proposed in the literature to estimate the hydrophilic-lipophilic balance of compatibilizers. The first one is based on the calculation of the mole and weight fraction of polar groups [76]. The second one computes the number of polymer chain units (e.g., PP or PE) per polar group [80]. The third method suggests calculating the number of moles of polar groups per mole of compatibilizer [55]. It will be interesting to know which of these parameters better correlates with the compatibilizer nanoclay dispersion efficiency.

Two main types of techniques are available to evaluate the degree of dispersion of clay nanoparticles in polymer matrices, i.e., if they are intercalated and/or exfoliated: X-ray diffraction (XRD and wide angle XRD (WAXD)) and transmission electron microscopy (TEM). Our choice for this study is X-ray diffraction since it offers the possibilities to quantify the dispersion. In particular, it can be used to provide a measurement of the basal spacing d_{001} of the nanoclay particle after dispersion in the polymer matrix [13, 21]. These data can give an estimate of the degree of intercalation of the nanoclay in the polymer matrix. In addition, X-ray diffraction also allows estimating the extent of nanoclay exfoliation using the area under the d_{001} peak [9, 46]. Based on the degree of intercalation and exfoliation, it is thus possible to assess the nanoclay dispersion capacity of the compatibilizer.

In this study, correlations between different parameters characterizing the compatibilizer polarity—the acid value, mole and weight fraction of polar groups, number of polymer chain units per polar groups, and number of moles of polar groups per mole of compatibilizer—and the quality of the nanoclay dispersion in the polyolefin matrix are analysed for a series of data from the scientific literature. The nanoclay dispersion quality is expressed in terms of degree of intercalation and exfoliation provided by X-ray diffraction data (XRD or WAXD). The ultimate objective is to identify the compatibilizer polarity parameters that could be used as tools for predicting and optimizing organoclay dispersion in polyolefin nanocomposites.

2. Experimental Approach

Over 100 papers dealing with the utilisation of compatibilizers for dispersing organoclay in polyolefin nanocomposites were analysed. Among them, 20 papers provide X-ray diffraction results (XRD or WAXD) and all the information required about the compatibilizer (acid value and molecular weight). The nanoclay dispersion also depends on the type of clay and organic modification. Only two types of nanoclay were taken into consideration: octadecylamine-modified montmorillonite (OCT) and dimethyl dihydrogenated tallow ammonium modified montmorillonite (DMDHTA). The compatibilizer/clay ratio also affects very strongly the degree of intercalation and exfoliation of the clay nanoparticles. For this reason, one compatibilizer/clay ratio was selected for the study: 3/1 (wt./wt.). The extrusion temperature was also considered during the data selection: it is situated between 165–210°C depending on the type of nanoclay and polymer. In the end, results for 17 nanocomposite samples obtained from eight papers were used for the analysis.

Table 1 presents the characteristics of the nanocomposite samples included in the analysis. The compatibilizers are characterized by the molecular weight and acid value. The compatibilizer molecular weight values were directly obtained from the corresponding papers. The acid values listed in Table 1 were either also available in the corresponding papers or have been calculated based on the polar group content provided in the papers according to the following equation:

\[
\text{AV} = \frac{\text{PGC} \cdot \text{NAG} \cdot \text{Mw}_{\text{KOH}} \cdot 1000}{100 \cdot \text{Mw}_{\text{pg}}}
\]

where AV is the acid value in mg KOH/g; PGC is the polar group content expressed in wt%; NAG is the number of polymer chain units in the compatibilizer monomer unit; \(\text{Mw}_{\text{KOH}}\) is the molecular weight of KOH; and \(\text{Mw}_{\text{pg}}\) is the molecular weight of the polar groups.

For the matrix, the type of polymer and the extrusion temperature are reported in Table 1. The organoclays are characterized by the type of clay and organic modification as well as by the initial basal spacing \(d_{001}\). Finally, data reported for the nanocomposite samples are the organoclay/polymer ratio and the organoclay basal spacing in the composite.

In addition to the acid value, four other parameters characterizing the compatibilizer polarity were calculated for each compatibilizer: the mole and weight fraction of polar groups (according to [76]), the number of polymer chain units (PP or PE) per polar group (according to [80]), and the number of moles of polar groups per mole of compatibilizer (according to [55]).

The calculation of the weight fraction of polar groups used the compatibilizer acid value according to the following equation:
Table 1: Characteristics of the polyolefin-montmorillonite nanocomposite samples included in the analysis.

| Sample number | Compatibilizer Type (Trade name. Supplier) | Acid value (mg KOH/g) | Molar weight (MW) | Polymer Type | Extrusion temperature (°C) | Organoclay Type (Trade name) | Nanocomposite Clay basal spacing d_{001} (nm) | Organoclay/polymer ratio (wt./wt.) | Clay basal spacing d_{001} (nm) | References |
|---------------|------------------------------------------|----------------------|-------------------|--------------|-----------------------------|-----------------------------|----------------------------------------|---------------------------------|----------------------------------|------------|
| 1             | PP-g-MA (PB3200. Crompton)               | 11                   | 120 000           | PP           | 165                         | OCT (nanomer I.30 P)        | 2.36                                   | 80/15                          | 2.89                             | [47]       |
| 2             | PP-g-MA (PB3000. Crompton)               | 14                   | 61 000            | PP           | 165                         | OCT (nanomer I.30 P)        | 2.36                                   | 80/15                          | 2.99                             | [47]       |
| 3             | PP-g-MA (PB3150. Crompton)               | 6                    | 330 000           | PP           | 165                         | OCT (nanomer I.30 P)        | 2.36                                   | 80/15                          | 2.67                             | [47]       |
| 4             | PP-g-MA (PP-MA-1010. Sanyo)              | 52                   | 30 000            | PP-MA-1010\(^a\) | 190                       | OCT (own synthesis)        | 2.20                                   | 75/25                          | 5.88                             | [48]       |
| 5             | PP-g-MA (PP-MA-1010. Sanyo)              | 52                   | 30 000            | PP-MA-1010\(^a\) | 200                       | OCT (own synthesis)        | 2.10                                   | 75/25                          | 6.30                             | [49]       |
| 6             | PP-g-MA (PP-MA-1001. Sanyo)              | 26                   | 40 000            | PP-MA-1001\(^a\) | 190                       | OCT (own synthesis)        | 2.20                                   | 75/25                          | 7.37                             | [48]       |
| 7             | PP-g-MA (CA100. Arkema Orevac)           | 11                   | 88 000            | PP           | 180–200                     | DMDHTA (Cloisite 20A)       | 2.51                                   | 80/15                          | 3.11                             | [50]       |
| 8             | PP-g-MA (Polybond 3200. Crompton)        | 11                   | 95 804            | PP           | 190–210                     | DMDHTA (Cloisite 20A)       | 2.42                                   | 84/12                          | 3.49                             | [54]       |
| 9             | SEBS-g-MA (Kraton FG 1901X. Shell)       | 20                   | 97 700            | PP           | 200                         | DMDHTA (Cloisite 15A)       | 3.34                                   | 85/15                          | 3.71                             | [57]       |
| 10            | LLDPE-g-MA (18302 N. Arkema Orevac)      | 9                    | 125 000           | LLDPE        | 200                         | DMDHTA (Cloisite 20A)       | 2.59                                   | 92/6                           | No dc\(_{001}\) pic             | [30]       |
| 11            | LLDPE-g-MA (Bondyram 4001. Polyram)      | 9                    | 69 000            | LLDPE        | 200                         | DMDHTA (Cloisite 20A)       | 2.59                                   | 92/6                           | 4.42                             | [30]       |
| 12            | LLDPE-g-MA (Bondyram 4001A. Polyram)     | 9                    | 200 000           | LLDPE        | 200                         | DMDHTA (Cloisite 20A)       | 2.59                                   | 92/6                           | 4.34                             | [30]       |
| 13            | PP-g-AA (polybond 1002. Crompton)        | 46                   | 162 504           | PP           | 190–210                     | DMDHTA (Cloisite 20A)       | 2.42                                   | 84/12                          | 3.20                             | [54]       |
| 14            | PP-g-GMA (PP-g-GMA. own synthesis)       | 7                    | 190 409           | PP           | 190–210                     | DMDHTA (Cloisite 20A)       | 2.42                                   | 84/12                          | 3.65                             | [54]       |
| 15            | OxPE (AC 316. Honeywell)                 | 16                   | 12 928            | LLDPE        | 160–180                     | DMDHTA (Cloisite 20A)       | 2.28                                   | 85/15                          | 3.16                             | [23]       |
| 16            | OxPE (AC 330. Honeywell)                 | 30                   | 8 850             | LLDPE        | 160–180                     | DMDHTA (Cloisite 20A)       | 2.28                                   | 85/15                          | 3.43                             | [23]       |
| 17            | OxPE (AC 395. Honeywell)                 | 42                   | 8 400             | LLDPE        | 160–180                     | DMDHTA (Cloisite 20A)       | 2.28                                   | 85/15                          | 3.22                             | [23]       |

\(^a\)No additional polymer; only includes compatibilizer and nanoclay.
Weight fraction of polar groups = \( \frac{AV \cdot Mw_{pg}}{NAG \cdot Mw_{KOH} \cdot 1000} \) \( (2) \)

The determination of the mole fraction of polar groups involved traditional chemical calculations based on the compatibilizer acid value and the molecular weight of the polymer units in the compatibilizer chain. The number of polymer chain units per polar group was computed from the acid value according to the following equation:

Number of polymer chain units per polar group
\[
= \frac{Mw_{KOH} \cdot 1000}{AV \cdot Mw_{polymer}} \quad (3)
\]

where \( Mw_{polymer} \) is the molecular weight of PP or PE units in the compatibilizer chain.

Finally, the number of moles of polar groups per mole of compatibilizer is also obtained from the acid value and includes the molecular weight of compatibilizer \( Mw_{c} \):

\[
\frac{mol_{pg}}{mol_{comp}} = \frac{AV \cdot Mw_{c}}{NAG \cdot Mw_{KOH} \cdot 1000} \quad (4)
\]

In some rare instances, not enough information was available to compute some of these parameters as indicated by notes to Table 1.

The degree of intercalation and exfoliation of the nanoclay was estimated using the X-ray diffraction data of the peak surface area. The degree of intercalation and exfoliation of the nanoclay can be computed. The number of polymer chain units per polar group, and the ratio of the number of moles of polar groups per mole of compatibilizer. Finally, the results in terms of degree of exfoliation for each nanocomposite sample are presented. The values of degree of exfoliation vary from 58 to 100%.

Figures 1–5 show the variation of the nanoclay exfoliation ratio as a function of, respectively, the acid value, the mole and weight fraction of polar groups, the number of polymer chain units per polar group, and the ratio of the number of moles of polar groups per mole of compatibilizer.

Figure 1 shows that the acid value is relatively well correlated with the exfoliation ratio \( (R^2 = 0.5558) \). There appears to be a negative relationship between the nanoclay exfoliation ratio and the acid value of the compatibilizer. This may indicate that, for compatibilizers with an acid value situated between 6 mg KOH/g and 52 mg KOH/g, those with lower acid values provide a better nanoclay dispersion than those with a high acid value.

The compatibilizer mole and weight fraction of polar groups were calculated for 14 of the 17 nanocomposite samples. For the three remaining samples with OxPE-type compatibilizers, no information was available about the type and ratio of polar groups. Downward trends can be observed in Figures 2 and 3 for the variation of the nanoclay exfoliation ratio with, respectively, the compatibilizer mole and weight fraction, similar to what was observed for the exfoliation ratio/acid value relation. Therefore, for studied compatibilizers with an acid value situated between 6 mg KOH/g and 52 mg KOH/g, lower values of the mole and weight fraction of polar groups in the compatibilizer lead to an improved nanoclay dispersion. Similar or slightly higher values of the coefficient of determination \( R^2 \) were obtained here compared to the exfoliation ratio/acid value relationship.

A better correlation was observed for the number of polymer chain units per polar group \( (R^2 = 0.742) \) in Figure 4). It shows that, within the studied range of values, compatibilizers with a higher number of polymer chain units per polar group lead to a better nanoclay dispersion in polyolefin matrices.

Figure 5 presents the exfoliation ratio as a function of the number of moles of polar groups per mole of compatibilizer. No correlation is observed between this compatibilizer polarity parameter and the exfoliation ratio.

3. Results

A comparison of data for the organoclay basal spacing in the initial condition and in the nanocomposite, \( d_{001}^{\text{initial}} \) and \( d_{001}^{\text{composite}} \) in Table 1, shows that intercalated structures are present in almost all nanocomposites. However, it would be difficult to estimate the exact ratio of intercalated structures since there is no direct relation between the intercalation ratio and the basal spacing shift. It can be noted that one nanocomposite sample was possibly completely exfoliated (sample 10) since no organoclay basal spacing \( d_{001}^{\text{composite}} \) peak was observed in the corresponding XRD/WAXD spectrum.

Table 2 provides the compatibilizer acid values (in mg KOH/g) for the different nanocomposite samples. It also gives the result of the calculation of the other parameters used to describe the polarity of the compatibilizer: mole and weight fraction of the polar groups, number of polymer chain units per polar group, and ratio of number of moles of polar groups per mole of compatibilizer. Finally, the results in terms of degree of exfoliation for each nanocomposite sample are presented. The values of degree of exfoliation vary from 58 to 100%.

\[
\% \text{ exfoliation} = \left( 1 - \frac{H(d_{001}^{\text{composite}})}{H(d_{001}^{\text{initial}})} \right) \cdot 100, \quad (5)
\]

where \( H(d_{001}^{\text{initial}}) \) is the height of the \( d_{001} \) peak for the nanoclay in their original condition and \( H(d_{001}^{\text{composite}}) \) is the height of the \( d_{001} \) peak in the nanocomposite.

4. Discussion

The basic parameter describing the compatibilizer polarity is its acid value. From this parameter, other parameters taking into account additional characteristics of the compatibilizer can be computed. The number of polymer chain units per...
polar group includes the molecular weight of polymer units in the compatibilizer chain. The number of moles of polar groups per mole of compatibilizer includes the molecular weight of compatibilizer. Two other parameters were investigated: the weight fraction, which uses the molecular weight of the compatibilizer and the molecular weight of the polar group. The number of polymer chain units per polar group includes the molecular weight of polymer units in the compatibilizer chain. The number of moles of polar groups per mole of compatibilizer includes the molecular weight of compatibilizer. Two other parameters were investigated: the weight fraction, which uses the molecular weight of the compatibilizer and the molecular weight of the polar group. The number of polymer chain units per polar group includes the molecular weight of polymer units in the compatibilizer chain. The number of moles of polar groups per mole of compatibilizer includes the molecular weight of compatibilizer.

### Table 2: Parameters describing the compatibilizer polarity and characterizing the quality of the nanoclay dispersion.

| Sample number | Compatibilizer type (Trade name) | Acid value (mg KOH/g) | Molar fraction of polar groups | Weight fraction of polar groups | Number of polymer chain units per polar group | Mole of polar groups per mole of compatibilizer (molpg/molcomp) | Degree of exfoliation (%) |
|---------------|----------------------------------|-----------------------|-------------------------------|-------------------------------|-----------------------------------------------|---------------------------------------------------------------|--------------------------|
| 1             | PP-g-MA                          | 11                    | 0.0041                        | 0.0096                        | 121                                           | 11.76                                                         | 78                       |
| 2             | PP-g-MA                          | 14                    | 0.0053                        | 0.0122                        | 95                                            | 7.61                                                          | 72                       |
| 3             | PP-g-MA                          | 6                     | 0.0023                        | 0.0052                        | 222                                           | 17.64                                                         | 79                       |
| 4             | PP-g-MA                          | 52                    | 0.0200                        | 0.0454                        | 26                                            | 13.90                                                         | 57                       |
| 5             | PP-g-MA                          | 52                    | 0.0200                        | 0.0454                        | 26                                            | 13.90                                                         | 57                       |
| 6             | PP-g-MA                          | 26                    | 0.0099                        | 0.0227                        | 51                                            | 9.27                                                          | 72                       |
| 7             | PP-g-MA                          | 11                    | 0.0041                        | 0.0096                        | 121                                           | 8.63                                                          | 74                       |
| 8             | PP-g-MA                          | 11                    | 0.0041                        | 0.0096                        | 121                                           | 9.39                                                          | 75                       |
| 9             | SEBS-g-MA                        | 20                    | —b                            | 0.0176                        | —b                                            | 17.41                                                         | 92                       |
| 10            | LLDPE-g-MA                       | 9                     | 0.0023                        | 0.0079                        | 222                                           | 10.02                                                         | 100                      |
| 11            | LLDPE-g-MA                       | 9                     | 0.0023                        | 0.0079                        | 222                                           | 5.53                                                          | 83                       |
| 12            | LLDPE-g-MA                       | 9                     | 0.0023                        | 0.0079                        | 222                                           | 16.04                                                         | 86                       |
| 13            | PP-g-AA                          | 46                    | 0.0177                        | 0.0402                        | 29                                            | 66.61                                                         | 64                       |
| 14            | PP-g-GMA                         | 7                     | 0.0053                        | 0.0177                        | 190                                           | 23.75                                                         | 89                       |
| 15            | OxPE                             | 16                    | —a                            | —a                            | 125                                           | 3.69                                                          | 75                       |
| 16            | OxPE                             | 30                    | —a                            | —a                            | 67                                            | 4.73                                                          | 60                       |
| 17            | OxPE                             | 42                    | —a                            | —a                            | 48                                            | 6.29                                                          | 74                       |

*a* Could not be calculated because the nature and ratio of polar groups are not known. *b* Could not be calculated because the ratio of polymer units in the copolymer chain is not known.

**Figure 1:** Nanoclay exfoliation ratio as a function of the compatibilizer acid value.

**Figure 2:** Nanoclay exfoliation ratio as a function of the mole fraction of polar groups in the compatibilizer.

**Figure 3:** Nanoclay exfoliation ratio as a function of the weight fraction of polar groups in the compatibilizer.

**Figure 4:** Nanoclay exfoliation ratio as a function of the number of polymer chain units per polar group in the compatibilizer.
polar groups, and the mole fraction, for which the calculation also includes the molecular weight of the polymer units in the compatibilizer chain.

The best correlation for the nanoclay exfoliation ratio was observed with the number of polymer chain units per polar group in the compatibilizer. It best expresses the optimal balance between the hydrophilic groups connecting with the nanoclay particles and the lipophilic groups attracted to the matrix polymer chains to maximize the level of exfoliation of the nanoclay in the polymer matrices. This parameter could easily be used as a tool to perform a first selection of best candidate compatibilizers for nanoclay dispersion in polyolefin matrices.

The coefficient of determination decreased slightly when the mole fraction of polar groups in the compatibilizer was considered. A further decrease in the quality of the correlation was observed with the acid value and the weight fraction of polar groups. There was no correlation with the number of moles of polar groups per mole of compatibilizer. It is interesting to note that taking into account the molecular weight of compatibilizer seems to have a detrimental effect on the quality of the correlation with the nanoclay exfoliation ratio. The coefficient of correlation $R^2$ was at 0.7422 when the acid value was only combined with the molecular weight of polymer units in the compatibilizer chain. This coefficient decreased to 0.692 when both the molecular weight of polymer units in the compatibilizer chain and the molecular weight of compatibilizer and to 0.015 when only the molecular weight of compatibilizer was combined to the acid value. More investigations are needed to better understand the phenomena behind these observations.

The surprise of this analysis has been the downward relation between the nanoclay exfoliation ratio and the compatibilizer polarity. All at once the acid value, the mole fraction of polar groups, the weight fraction of polar groups, and the number of polymer chain units per polar group point towards a better nanoclay exfoliation obtained with low polarity compatibilizers. This result can only be explained if one considers that the compatibilizer effect on nanoclay exfoliation is the outcome of two opposing phenomena. On one hand, the compatibilizer should have a good affinity with the nanoclay particles, i.e., a large number of polar groups; however, this will diminish its affinity for the polymer matrix. On the other hand, the compatibilizer should also have a good affinity with the polymer matrix, i.e., a large number of nonpolar groups. Additional data points corresponding to very low polarity compatibilizers, i.e., with an acid value less than 6 mg.KOH/g, are necessary to complete the analysis regarding this hypothesis. However, if confirmed, this could indicate that the optimal choice of compatibilizer has not been reached with the set of published data analysed: the choice of a compatibilizer with a better fitted polarity may lead to an increased nanoclay dispersion, resulting in improvements in mechanical and barrier performance properties for instance.

5. Conclusions

A large interest for polyolefin/nanoclays nanocomposites has been observed because of potential gains in mechanical, thermal, and barrier performance as well as dimensional stability at a limited cost. The first step in achieving these gains is a good dispersion of the nanoparticles in the polymer matrices. This study has provided tools to predict/optimize organoclay dispersion in polyolefin nanocomposites through the analysis of the correlation of various expressions of the compatibilizer polarity with the nanoclay exfoliation ratio.

The best correlation was observed with the number of polymer chain units per polar group in the compatibilizer. This parameter, which is computed based on the compatibilizer acid value and the molecular mass of polymer units in the compatibilizer chain, can be used to predict the dispersion of organoclay nanoparticles in aliphatic polymers such as polypropylene and polyethylene.

Acceptable levels of correlation were also obtained with three other polarity parameters: the acid value, and the mole, and weight fraction of polar groups. In some instances, the lower quality of the correlation observed with the nanoclay exfoliation ratio seemed to be linked to the inclusion of the molecular weight of compatibilizer into the calculation of the parameter used to described the compatibilizer polarity.

Finally, the most important and at the same time the most controversial conclusion of this study is that, for compatibilizers with an acid value situated between 6 and 52 mg.KOH/g, those with a low acid value provided a better nanoclay exfoliation compared to those with a high acid value. The addition of nanoclay dispersion data for compatibilizers with acid values lower than 6 mg.KOH/g would be necessary to better understand this phenomenon.

Data Availability

The data used in the paper were obtained from the literature. The source of these data is also provided in the paper with references to the corresponding published papers.

Conflicts of Interest

The authors declare that there are no conflicts of interest regarding the publication of this paper.
References

[1] I. Hatsuo, C. Sandi, and J. Blackwell, "General approach to nanocomposite preparation," Chemistry of Materials, vol. 12, no. 5, pp. 1260–1267, 2000.

[2] P. LeBaron, Z. Wang, and T. J. Pinnavaia, "Polymer-layered silicate nanocomposites: an overview," Applied Clay Science, vol. 15, no. 1-2, pp. 11–29, 1999.

[3] M. Alexandre and P. Dubois, “Polymer-layered silicate nanocomposites: preparation, properties and uses of a new class of materials,” Materials Science and Engineering: R: Reports, vol. 28, no. 1-2, pp. 1–63, 2000.

[4] S. S. Ray and M. Okamoto, “Polymer/layered silicate nanocomposites: a review from preparation to processing,” Progress in Polymer Science, vol. 28, no. 11, pp. 1539–1641, 2003.

[5] T. Kurauchi, A. Okada, T. Nomura et al., “Nylon 6-clay hybrid-synthesis, properties and application to automotive timing belt cover,” Journal of Materials & Manufacturing, vol. 100, pp. 571–577, 1991.

[6] E. P. Giannelis, “Polymer layered silicate nanocomposites,” Advanced Materials, vol. 8, no. 1, pp. 29–35, 1996.

[7] D. R. Paul and L. M. Robeson, “Polymer nanotechnology: nanocomposites,” Polymer, vol. 49, no. 15, pp. 3187–3204, 2008.

[8] K. Chrissopoulou and S. H. Anastasiadis, “Polyolefin/layered silicate nanocomposites with functional compatibilizers,” European Polymer Journal, vol. 47, no. 4, pp. 600–613, 2011.

[9] A. Pegoretti, A. Dorigato, and A. Penati, “Tensile mechanical response of polyethylene - clay nanocomposites,” Express Polymer Letters, vol. 1, no. 3, pp. 123–131, 2007.

[10] J.-H. Lee, D. Jung, C.-E. Hong, K. Y. Rhee, and S. G. Advani, “Properties of polyethylene-layered silicate nanocomposites prepared by melt intercalation with a PP-g-MA compatibilizer,” Composites Science and Technology, vol. 65, no. 13, pp. 1996–2002, 2005.

[11] J. K. Adewole, U. A. Al-Mubaiyedh, A. Ul-Hamid, A. A. Al-Juhani, and I. A. Hussein, “Bulk and surface mechanical properties of clay modified HDPE used in liner applications,” The Canadian Journal of Chemical Engineering, vol. 90, no. 4, pp. 1066–1078, 2012.

[12] K. Szustakiewicz, B. Cichy, M. Gazinska, and J. Piglowski, “Comparative study on flame, thermal, and mechanical properties of clay modified HDPE used in liner applications,” The Canadian Journal of Chemical Engineering, vol. 90, no. 4, pp. 1066–1078, 2012.

[13] T. G. Gopakumar, J. A. Lee, M. Kontopoulo, and J. S. Parent, “Influence of clay exfoliation on the physical properties of montmorillonite/polyethylene composites,” Polymer, vol. 43, no. 20, pp. 5483–5491, 2002.

[14] A. Ranade, K. Nayak, D. Fairbrother, and N. A. D’Souza, “Maleated and non-maleated polyethylene-montmorillonite layered silicate blown films: creep, dispersion and crystallinity,” Polymer, vol. 46, no. 18, pp. 7323–7333, 2005.

[15] N. A. Jamal, H. Anuar, and S. B. A. Razak, “A linear relationship between the mechanical, thermal and gas barrier properties of MAPE modified rubber toughened nanocomposites,” IUM Engineering Journal, vol. 11, no. 2, pp. 225–239, 2010.

[16] S. Azizi, W. M. Z. W. Yunus, and M. Ahmad, “Effect of polyethylene-grafted maleic anhydride on properties of high-density polyethylene and polystyrene blend/layered silicate nanocomposites,” Journal of Reinforced Plastics and Composites, vol. 30, no. 19, pp. 1649–1654, 2011.

[17] K. Chrissopoulou, I. Altintzi, S. H. Anastasiadis et al., “Controlling the miscibility of polyethylene/layered silicate nanocomposites by altering the polymer/surface interactions,” Polymer, vol. 46, no. 26, pp. 12440–12451, 2005.

[18] Y. Teymour and H. Nazockdast, “The effect of process parameters on physical and mechanical properties of commercial low density polyethylene/ORC-MMT nanocomposites,” Journal of Materials Science, vol. 46, no. 20, pp. 6642–6647, 2012.

[19] S. Khalili, M. Masoomi, and R. Bagheri, “The effect of organo-modified montmorillonite on mechanical and barrier properties of linear low-density polyethylene/low-density polyethylene blend films,” Journal of Plastic Film & Sheeting, vol. 29, no. 1, pp. 39–55, 2012.

[20] A. Durmus, A. Kasgöz, and C. W. Macosko, “Mechanical properties of linear low-density polyethylene (LLDPE)/clay nanocomposites: estimation of aspect ratio and interfacial strength by composite models,” Journal of Macromolecular Science, Part B, vol. 47, no. 3, pp. 608–619, 2008.

[21] S. H. Ryu and Y.-W. Chang, “Factors affecting the dispersion of montmorillonite in LLDPE nanocomposite,” Polymer Bulletin, vol. 55, no. 5, pp. 385–392, 2005.

[22] A. Durmus, A. Kasgöz, and C. W. Macosko, “Linear low density polyethylene (LLDPE)/clay nanocomposites. Part I: structural characterization and quantifying clay dispersion by melt rheology,” Polymer, vol. 48, no. 15, pp. 4492–4502, 2007.

[23] A. Durmus, M. Woo, A. Kasgöz, C. W. Macosko, and M. Tsapatsis, “Intercalated linear low density polyethylene (LLDPE)/clay nanocomposites prepared with oxidized polyethylene as a new type compatibilizer: Structural, mechanical and barrier properties,” European Polymer Journal, vol. 43, no. 9, pp. 3737–3749, 2007.

[24] M. R. Manikantan and N. Varadharaju, “Preparation and properties of linear low density polyethylene based nanocomposite films for food packaging,” Indian Journal of Engineering & Materials Sciences, vol. 19, no. 1, pp. 54–66, 2012.

[25] E. Picard, J.-F. Gérard, and E. Espuche, “Reinforcement of the gas barrier properties of polyethylene and polyamide through the nanocomposite approach: key factors and limitations,” Oil & Gas Science and Technology-Revue d'IFP Energies nouvelles, vol. 70, no. 2, pp. 237–249, 2015.

[26] N. T. Dintcheva, F. P. La Mantia, and V. Malatesta, “Effect of different dispersing additives on the morphology and the properties of polyethylene-based nanocomposite films,” Express Polymer Letters, vol. 5, no. 10, pp. 923–935, 2011.

[27] A. Durmus, N. Erkan, G. Soyubol, A. Kasgöz, and I. Aydin, “Effects of compatibilizer structure on the clay dispersion and barrier properties of polyethylene/clay nanocomposite films,” Academic Journal of Manufacturing Engineering, vol. 8, pp. 49–54, 2010.

[28] M. Kato, H. Okamoto, N. Hasegawa, A. Tsukigase, and A. Usuki, “Preparation and properties of polyethylene-clay hybrids,” Polymer Engineering & Science, vol. 43, no. 6, pp. 1312–1316, 2003.

[29] N. Kaptan, S. H. Jafari, S. Mazinani et al., “Thermal behavior and degradation kinetics of compatibilized metalloocene-linear low density polyethylene nanocomposites,” Polymer-Plastics Technology and Engineering, vol. 53, no. 9, pp. 890–902, 2014.

[30] K. Stoeffler, P. G. Lafleur, and J. Denault, “The effect of clay dispersion on the properties of LLDPE/LLDPE-g-MAH/montmorillonite nanocomposites,” Polymer Engineering & Science, vol. 48, no. 12, pp. 2459–2473, 2008.

[31] M. A. Pérez, B. L. Rivas, S. M. Rodriguez, A. Maldonado, and C. Venegas, “Polypropylene/clay nanocomposites: synthesis
and characterization,” *Journal of the Chilean Chemical Society*, vol. 55, no. 4, pp. 440–444, 2010.

[32] L. Delva, K. Ragaert, J. Degrieck, and L. Cardon, “The effect of multiple extrusions on the properties of montmorillonite filled polypropylene,” *Polymers*, vol. 6, no. 12, pp. 2912–2927, 2014.

[33] M. Modesti, A. Lorenzetti, D. Bon, and S. Besco, “Thermal behaviour of compatibilised polypropylene nanocomposite: effect of processing conditions,” *Polymer Degradation and Stability*, vol. 91, no. 4, pp. 672–680, 2006.

[34] H. Krump, A. S. Luyt, and I. Hudec, “Effect of different modified clays on the thermal and physical properties of polypropylene-montmorillonite nanocomposites,” *Materials Letters*, vol. 60, no. 23, pp. 2877–2880, 2006.

[35] F. D. Alsewailem and M. Tanoglu, “Thermal expansion behavior of nonoriented polypropylene/clay composites,” *ISRN Polymer Science*, vol. 2014, Article ID 571641, 7 pages, 2014.

[36] Y. Dong and B. Bhattacharyya, “Dual role of maleated polypropylene in processing and material characterisation of polypropylene/clay nanocomposites,” *Materials Science and Engineering: A*, vol. 527, no. 6, pp. 1617–1622, 2010.

[37] F. Bertini, M. Canetti, G. Audisio, G. Costa, and L. Falqui, “Characterization and thermal degradation of polypropylene-montmorillonite nanocomposites,” *Polymer Degradation and Stability*, vol. 91, no. 3, pp. 600–605, 2006.

[38] H.-s. Lee, P. D. Fasulo, W. R. Rodgers, and D. R. Paul, “TPO-based nanocomposites. Part 2. Thermal expansion behavior,” *Polymer*, vol. 47, no. 10, pp. 3528–3539, 2006.

[39] D. H. Kim, P. D. Fasulo, W. R. Rodgers, and D. R. Paul, “Effect of the ratio of maleated polypropylene to organoclay on the structure and properties of TPO-based nanocomposites. Part II: thermal expansion behavior,” *Polymer*, vol. 49, no. 10, pp. 2492–2506, 2008.

[40] T. S. Ellis and J. S. D’Angelo, “Thermal and mechanical properties of a polypropylene nanocomposite,” *Journal of Applied Polymer Science*, vol. 90, no. 6, pp. 1639–1647, 2003.

[41] M. W. Spencer, D. L. Hunter, B. W. Knesek, and D. R. Paul, “Morphology and properties of polypropylene nanocomposites based on a silanized organoclay,” *Polymer*, vol. 52, pp. 5369–5377, 2011.

[42] D. H. Kim, P. D. Fasulo, W. R. Rodgers, and D. R. Paul, “Structure and properties of polypropylene-based nanocomposites: effect of PP-g-MA to organoclay ratio,” *Polymer*, vol. 48, no. 18, pp. 5308–5323, 2007.

[43] L. Chen, S.-C. Wong, and S. Pisharath, “Fracture properties of nanoclay-filled polypropylene,” *Journal of Applied Polymer Science*, vol. 88, no. 14, pp. 3298–3305, 2003.

[44] P. Hine, V. Broome, and I. Ward, “The incorporation of carbon nanofibres to enhance the properties of self-reinforced, single polymer composites,” *Polymer*, vol. 46, no. 24, pp. 10936–10944, 2005.

[45] S. Chongprakobkit, M. Opapratasit, and S. Chauyjuljit, “Use of PP-g-MA prepared by solution process as compatibilizer in polypropylene/polyamide 6 blends,” *Journal of Metals, Materials and Minerals*, vol. 17, no. 1, pp. 9–16, 2007.

[46] S. Hambir, N. Bulahk, and J. P. Log, “Polypropylene/Clay nanocomposites: effect of compatibilizer on the thermal, crystallization and dynamic mechanical behavior,” *Polymer Engineering & Science*, vol. 42, no. 9, pp. 1800–1807, 2002.

[47] Y. Wang, F.-B. Chen, and K.-C. Wu, “Effect of the molecular weight of maleated polypropylenes on the melt compounding of polypropylene/organoclay nanocomposites,” *Journal of Applied Polymer Science*, vol. 97, no. 4, pp. 1667–1680, 2005.

[48] M. Kawasumi, N. Hasegawa, M. Kato, A. Usuki, and A. Okada, “Preparation and mechanical properties of polypropylene-clay hybrids,” *Macromolecules*, vol. 30, no. 20, pp. 6333–6338, 1997.

[49] N. Hasegawa, M. Kawasumi, M. Kato, A. Usuki, and A. Okada, “Preparation and mechanical properties of polypropylyne-clay hybrids using a maleic anhydride-modified polypropylene oligomer,” *Journal of Applied Polymer Science*, vol. 67, no. 1, pp. 87–92, 1998.

[50] W. Lertwimolnun and B. Vergnes, “Influence of compatibilizer and processing conditions on the dispersion of nanoclay in a polypropylene matrix,” *Polymer*, vol. 46, no. 10, pp. 3462–3471, 2005.

[51] C.-G. Sanporean, D. Donescu, Z. Vuluga, J. Declaville Christiansen, E. A. Jensen, and H. U. P. B. Paven, “Compatibilizing agent influence on mechanical properties of PP/clay nanocomposites,” *UBP Scientific Bulletin, Series B: Chemistry and Materials Science*, vol. 75, no. 1, pp. 13–16, 2013.

[52] D. Garcia-Lopez, O. Picazo, J. C. Merino, and J. M. Pastor, “Polypropylene-clay nanocomposites: effect of compatibilizing agents on clay dispersion,” *European Polymer Journal*, vol. 39, no. 5, pp. 945–950, 2003.

[53] C. Varela, C. Rosales, R. Perera et al., “Functionalized polypropylenes in the compatibilization and dispersion of clay nanocomposites,” *Polymer Composites*, vol. 27, no. 4, pp. 451–460, 2006.

[54] M. L. López-Quintanilla, S. Sánchez-Valdés, L. F. Ramos de Valle, and F. J. Medellín-Rodríguez, “Effect of some compatibilizing agents on clay dispersion of polypropylene-clay nanocomposites,” *Journal of Applied Polymer Science*, vol. 100, no. 6, pp. 4748–4756, 2006.

[55] D. Marchant and K. Jayaraman, “Strategies for optimizing Polypropylene–Clay nanocomposite structure,” *Industrial & Engineering Chemistry Research*, vol. 41, no. 25, pp. 6402–6408, 2002.

[56] S. C. Tjong, S. P. Bao, and G. D. Liang, “Polypropylene/montmorillonite nanocomposites toughened with SEBS-g-MA: structure-property relationship,” *Journal of Polymer Science Part B: Polymer Physics*, vol. 43, no. 21, pp. 3112–3126, 2005.

[57] M. Ranjarbar, A. Arefazar, and G. H. Bakhshandeh, “Advanced research in physics and engineering,” in *Proceedings of 2nd WSEAS International Conference on Nanotechnology*, pp. 113–118, Cambridge, UK, February 2010.

[58] E. Moncada, R. Quijada, I. Liebwerth, and M. Yazdani-Pedram, “Use of PP grafted with itaconic acid as a new compatibilizer for PP/clay nanocomposites,” *Macromolecular Chemistry and Physics*, vol. 207, no. 15, pp. 1376–1386, 2006.

[59] J. Bruna, M. Yazdani-Pedram, R. Quijada, J. L. Valentin, and M. A. López-Manchado, “Melt grafting of itaconic acid and its derivatives onto an ethylene-propylene copolymer,” *Reactive and Functional Polymers*, vol. 64, no. 3, pp. 169–178, 2005.

[60] M. Yazdani-Pedram, H. Vega, and R. Quijada, “Melt functionalization of polypropylene with methyl esters of itaconic acid,” *Polymer*, vol. 42, no. 10, pp. 4751–4758, 2001.

[61] L. Minkova, Y. Peneva, E. Tashiev, S. Filippi, M. Pracella, and P. Magagnini, “Thermal properties and microhardness of HDPE/clay nanocomposites compatibilized by different functionalized polyethylene,” *Polymer Testing*, vol. 28, no. 5, pp. 528–533, 2009.

[62] R. Scaffaro, L. Botta, M. C. Mistretta, and F. P. La Mantia, “Processing-morphology-property relationships of polyamide 6/polyethylene blend-clay nanocomposites,” *Express Polymer Letters*, vol. 7, no. 10, pp. 873–884, 2013.
[63] E. Jacquelot, E. Espuche, J.-F. Gérard, J. Duchet, and P. Mazabraud, "Morphology and gas barrier properties of polyethylene-based nanocomposites," *Journal of Polymer Science Part B: Polymer Physics*, vol. 44, no. 2, pp. 431–440, 2006.

[64] P. J. Herrera-Franco, F. Hernández-Sánchez, E. Adem, and G. Burillo, "Dynamic mechanical properties of compatibilized PET with radiation oxidized HDPE," *Polymer Bulletin*, vol. 56, no. 1, pp. 47–52, 2006.

[65] H. U. Zaman and M. D. H. Beg, "Influence of two novel compatibilizers on the properties of LDPE/organoclay nanocomposites," *Journal of Polymer Engineering*, vol. 34, pp. 75–83, 2013.

[66] A. Salimi, S. M. Mirabedini, M. Atai, and M. Mohseni, "Oxidized polypropylene wax in polypropylene nanocomposites: a comparative study on clay intercalation," *Iranian Polymer Journal*, vol. 20, pp. 377–387, 2011.

[67] M. Abdouss, N. S. Sanjani, F. Azizinejad, and M. Shabani, "Effects of compatibilization of oxidized polypropylene on PP blends of PP/PAn and PP/talc," *Journal of Applied Polymer Science*, vol. 92, no. 5, pp. 2871–2883, 2004.

[68] I. Krupa and A. S. Luyt, "Physical properties of blends of LLDPE and an oxidized paraffin wax," *Polymer*, vol. 42, no. 17, pp. 7285–7289, 2001.

[69] I. Krupa and A. S. Luyt, "Thermal and mechanical properties of extruded LLDPE/wax blends," *Polymer Degradation and Stability*, vol. 73, no. 1, pp. 157–161, 2001.

[70] I. Novák, I. Krupa, and A. S. Luyt, "Improvement of the polarity of polyethylene with oxidized fischer-tropsch paraffin wax and its influence on the final mechanical properties," *Journal of Applied Polymer Science*, vol. 95, no. 5, pp. 1164–1168, 2005.

[71] I. Novák, I. Krupa, and A. S. Luyt, "Modification of the polarity of isotactic polypropylene through blending with oxidized paraffin wax," *Journal of Applied Polymer Science*, vol. 94, pp. 29–33, 2004.

[72] A. S. Luyt and V. G. Geethamma, "Effect of oxidized paraffin wax on the thermal and mechanical properties of linear low-density polyethylene-layered silicate nanocomposites," *Polymer Testing*, vol. 26, no. 4, pp. 461–470, 2007.

[73] T. E. Motaung and A. S. Luyt, "Effect of maleic anhydride grafting and the presence of oxidized wax on the thermal and mechanical behaviour of LDPE/silica nanocomposites," *Materials Science and Engineering: A*, vol. 527, no. 3, pp. 761–768, 2010.

[74] S. Filippi, C. Marazzato, P. Magagnini, L. Minkova, N. T. Dintcheva, and F. P. La Mantia, "Organoclay nanocomposites from ethylene-acrylic acid copolymers," *Macromolecular Materials and Engineering*, vol. 291, no. 10, pp. 1208–1225, 2006.

[75] P. Magagnini, S. Filippi, C. Marazzato, F. P. La Mantia, and L. I. Minkova, "Morphology of nanocomposites from ethylene-acrylic acid copolymers," *e-Polymers*, vol. 5, no. 1, p. 85, 2005.

[76] M. A. Osman, J. E. P. Rupp, and U. W. Suter, "Effect of non-ionic surfactants on the exfoliation and properties of polyethylene-layered silicate nanocomposites," *Polymer*, vol. 46, no. 19, pp. 8202–8209, 2005.

[77] H. T. Lim, H. Liu, K. H. Ahn, S. J. Lee, and J. S. Hong, "Effect of added ionomer on morphology and properties of PP/ organoclay nanocomposites," *Korean Journal of Chemical Engineering*, vol. 27, no. 2, pp. 705–715, 2010.

[78] R. K. Shah, D. L. Hunter, and D. R. Paul, "Nanocomposites from poly(ethylene-co-methacrylic acid) ionomers: effect of surfactant structure on morphology and properties," *Polymer*, vol. 46, no. 8, pp. 2646–2662, 2005.
